# IN TRODUCING VARIABLECELLSHAPEMETHODS $\mathbb{N}$ 

 FIELD THEORY SIM ULATIONS OF POLYMERSJean-Louis BARRAT ${ }^{\text {a;b }}$, G lenn H.FREDRICK SO N ${ }^{\text {b }}$, Scott W . SIDES ${ }^{\text {b }}$<br>${ }^{\text {a }}$ Laboratoire de P hysique de la M atiere C ondensee et N anostructures, Universite C laude Bemard Lyon I and CNRS, 6 rue Am pere, 69622<br>V illeurbanne C edex, France<br>${ }^{\mathrm{b}}$ D epartm ent of C hem icalE ngineering \& M aterials Research Laboratory, U niversity of C alifomia, Santa B arbara, CA 93106, U SA

ABSTRACTW epropose a new method for carrying out eld-theoretic sim ulations of folym er system sunder conditions of prescribed extemal stress, allow ing for shape changes in the simulation box. A com pact expression for the deviatoric stress tensor is derived in term s of the chain propagator, and is used to $m$ onitor changes in the box shape according to a sim ple relaxation schem e. Them ethod allow s fully relaxed, stress free con gurations to be obtained even in non trivialm onphologies, and enables the study ofm onphology transitions induced by extemal stresses.
last m odi ed M arch 22, 2024

## 1 Introduction

In particle-based sim ulations, such as M olecular D ynam ics (M D) or M onte C arlo (MC), it has long been realized that the exibility of the approach could be greatly im proved by im posing intensive, rather than extensive, therm odynam ic constraints. Schem es to im pose pressure are well known in M onte C arlo sim ulations, and constant tem perature and constant pressure algorithm s , using various therm ostats and barostats, have becom e com $m$ on options in M olecular D ynam ics smulations ${ }_{\underline{1} 11}^{1}$. . W hen dealing w ith solids, how ever, it was pointed out by Parrinello and Rahm an of structural transform ations would necessitate a release of the constraints im posed on the sym $m$ etry of the sim ulation cell. They introduced, w ithin the
context ofM D sim ulations, a m ethod that treated the cellshape as a dynam icalvariable, coupled to an extemally im posed stress tensor. T hem ethod was later slightly modi ed by $R$ ay and $R$ ahm an ${ }_{1}^{[1 /[]}$ to account for som e subtleties associated w ith describing large deform ations. T he $P$ arrinello- R ahm an R ay technique has been used in a variety of contexts, e.g. to describe structural transform ations betw een crystalline phases in solids and to com pute elastic constants under pressure, and is still evolving as new applications are


In the polym er literature, such variable cell shape m ethods have been applied in particle based sim ulations (see e.g. [][]]). H ow ever, in the other prom inent class of sim ulation $m$ ethods for com plex uids, i.e. the $\backslash$ eld-theoretic" approaches $\left[\overline{8 i}_{1}^{1}\right]$, no equivalent of the variable shape sim ulation cell $m$ ethods has been proposed up to now. Them ost fam iliar type of eld-theoretic sim ulation is a num erical im plem entation of self consistent eld theory (SC F T )
 con guration of a statistical eld theory model. M odem SCFT simulations are norm ally of two types. The so-called large cell calculations are used to address bulk uid system sw ith no long-range order, orm icrophase separated polym eric uids where the sym $m$ etry of the periodic dom ain stnucture is not known in advance. Cubic sim ulation cells w ith periodic boundary conditions
 used to avoid nite-size e ects. O ften the cell size is adjusted in such calculations to m inim ize the the free energy, although the cell shape is xed. In the second type of SC F T sim ulation, a so-called unit cell calculation, one assum es a particular crystallographic sym $m$ etry and applies a sim ulation cell that corresponds to a prim tive cell com patible $w$ th that sym $m$ etry $[\overline{1} \overline{1}, r i \overline{1} \overline{1} \overline{1}]$. In these calculations, the cell size and shape are adjusted to m inim ize the free energy of a unit cell of the periodic structure [1] dure currently exists for adjusting the cell shape in large cell calculations in order to achieve stress-free conditions.

In view of the grow ing interest in the com putation of the $m$ echanical properties of the com plex $m$ esophases that can be form ed in copolym erm elts
 $R$ ahm an approach w thin the fram ew ork of eld Hoased polym er sim ulations. Such a \variable cellshape" approach should provide a usefuloption in SC FT calculations w hen dealing w ith system s sub jected to anisotropic stresses (e.g. unaxial extension or shear), or in situations where the optim al sym $m$ etry of the simulation box is not a priori obvious. Even more simply, it would
provide a sim ple $m$ eans of relaxing the box size and shape to an optim al value, sim ply by im posing a 'zero stress' extemal condition. In the present $m$ anu script, we present a rst step tow ards such a sim ulation $m$ ethodology in which the cellshape is adjusted at xed cellvolume. Such a form alism is particularly appropriate for eld theory $m$ odels that invoke the incom pressible liquid assum ption.

The paper is organized as follow s. In Section 'ī, we recall som e usefiul notations and results from elasticity theory. The expression for the stress tensor appropriate for polym eric system $s$ is discussed in Section 'З̄', where we also describe the equations used for evolving the shape of the sim ulation cell. Som e exam ples of two-dim ensional sim ulations for AB diblock copolym er $m$ elts are given in Section ${ }_{-1 / 4}$.

## 2 G eneral N otations

In this section, we closely follow the description $m$ ade by $R$ ay and $R$ ahm an
 system w ith periodic boundary conditions, the sim ulation œlll can be de ned by three (in generalnonorthogonal) independent vectors $h_{1}, h_{2}, h_{3}$ form ing the sides of the parallelepiped cell. T he C artesian coordinates of these vectors can be used to construct a 3 m atrix $\underline{\mathrm{h}}$ de ned by $\mathrm{h}=\left(\mathrm{h}_{1} ; \mathrm{h}_{2} ; \mathrm{h}_{3}\right)$. The $C$ artesian coordinates of any point $R$ in the cell can be expressed as

$$
\begin{equation*}
\mathrm{R}=\underline{\mathrm{h}} \mathrm{X} \tag{1}
\end{equation*}
$$

where $X$ is a rescaled vector whose com ponents lie in [0;1]. Integrals on $R$ can be converted into integrals over $X$ by using a scaling factor det $\underline{h}$, which represents the volum e of the cell, $V$. In the case of a particle or $m$ onom er num ber density, for exam ple, one can w rite

$$
\begin{equation*}
(R)=(X)\left(\text { deth } \underline{)^{1}}\right. \tag{2}
\end{equation*}
$$

The m etric tensor $\underline{G}$ is constructed from $\underline{h}$ as

$$
\begin{equation*}
\underline{G}=\underline{h}^{\mathrm{T}} \underline{\mathrm{~h}} \tag{3}
\end{equation*}
$$

where $\underline{h}^{T}$ is the transpose of $\underline{h}$. $\underline{G}$ is used in transform ing dot products from the original C artesian to rescaled coordinates, according to

$$
\begin{equation*}
R \quad R=X \quad G \quad X=X \quad G \quad X^{0} \tag{4}
\end{equation*}
$$

where here and in the follow ing sum $m$ ation over repeated indexes is im plicit．
E lasticity theory describes the deform ation of any con guration from a reference con guration in term s of a strain tensor．This tensor is constructed by relating the vector connecting two points in the deform ed con guration to the corresponding displacem ent of the sam e points in the reference con－
guration．If the reference con guration of the sim ulation box is denoted by $\underline{h}_{0}$ ，the strain is given by

$$
\begin{equation*}
\left.-=\frac{1}{2} \quad\left(\underline{h}^{T}{ }_{0}\right)^{1} \underline{h}^{T} \underline{h}\left(\underline{h}_{0}\right)^{1} \quad \underline{1}=\frac{1}{2} \quad \underline{h}^{T}\right)^{1} \underline{G}\left(\underline{h}_{0}\right)^{1} \quad \underline{1} \tag{5}
\end{equation*}
$$

where 1 denotes the unit tensor．It is im portant to note that this expression， usually known as the \Lagrangian stress tensor＂is not lim ited to sm all de－ form ations［1］ $\bar{q}]$ ．U sually，the reference con guration $\underline{h}_{0} w$ ill be de ned as a state of the system under zero applied extemal stress．

The therm odynam ic variable conjugate to this strain tensor，in the sense that the elem entary work done on the system can be written in the form

$$
\begin{equation*}
\left.\mathrm{W}=\mathrm{V}_{0} \operatorname{Tr} L_{-}\right) ; \tag{6}
\end{equation*}
$$

is the them odynam ic tension tensor＿＇$\left[\begin{array}{l}{[19} \\ 1\end{array}\right]$ ，also known as P iola -K irchho second stress tensor．$V_{0}$ det $\underline{h}_{0}$ denotes the volum e of the system in the reference con guration．This them odynam ic tension tensor can be related to the $m$ ore usual C auchy stress tensor＿through

$$
\begin{equation*}
\left.-=\frac{\mathrm{V}_{0}}{\mathrm{~V}} \underline{\mathrm{~h}}\left(\underline{\mathrm{~h}}_{0}\right)^{1}-\underline{(\underline{h}}_{0}^{\mathrm{T}}\right)^{1} \underline{\mathrm{~h}}^{\mathrm{T}} \tag{7}
\end{equation*}
$$

The tension is the derivative of the free energy w ith respect to the strain， which is calculated from the reference con guration．The stress，on the other hand，is the derivative of the free energy w ith respect to an increm ental strain taken w ith respect to the actualcon guration．T he di erence betw een these two quantities can be understood，qualitatively，from the fact that the strain is not an additive quantity，as can be seen from the existence of the nonlinear term in eq＇， term s of forces applied to the sam ple，the them odynam ic tension is a purely therm odynam ic quantity，and does not in general have a sim ple mechanical interpretation．

It was proposed by Ray and $R$ ahm an［⿴囗⿱一一心$]$ that，in a particle system，an appropriate ensemble to carry out sim ulations allow ing for shape transfor－ $m$ ations in the sim ulation cell is a constant tension，constant tem perature，
constant num ber of particles ensem ble, usually denoted as a \TN" ensem ble. In this ensemble, uctuations in the shape and size of the simulation cell, described by $\underline{h}$, are allowed, and the con gurational partition function is written as

$$
Z=\quad \mathrm{dh} \quad \mathrm{Z} d^{\mathbb{N}} R \exp \left(V_{0_{-}} \quad: \quad H(R)\right)
$$

where $R$ denotes the coordinates of the $N$ particles, which evolve in the \box" de ned by h, $\quad 1=\left(l_{\mathrm{B}} \mathrm{T}\right)$, and $\mathrm{H}(\mathrm{R})$ is the potential energy. In eq ' ${ }^{81}$, no kinetic energy term $s$ in the H am iltonian associated w ith either particle or cell motion were included. Such term $s$ are integral in the ParrinelloRahm an $m$ ethod in order to obtain equations of $m$ otion for the cell and the particles. In SC F T theory, how ever, the inertial particle dynam ics is replaced by overdam ped relaxationaldynam ics for the density elds, and we w illm ake use of a sim ilar relaxation schem e for the cell coordinates. Thus, the kinetic energy term s prove to be irrelevant.

## 3 A pplication to P olym er F ield T heory

### 3.1 P olym er P artition Function

The key step in form ulating a polym er eld theory is to transform the integral over the particle coordinates appearing in the partition function for a com plex uid (c.f. equation i $\bar{\beta}$ ) into an integral over density and/or chem ical potential elds for the di erent species. This step has been described in $m$ any papers
 associated with a variable cell shape sim ulation m ethod. To illustrate the $m$ ethod, it is convenient to work $w$ ith a standard $m$ esoscopic $m$ odel of an incom pressible A B diblock copolym er $m$ elt tī consists ofn identicaldiblock copolym er chains com posed ofm onom er species $A$ and $B$ and contained in a volum EV. Each of the chains has a total of $N$ statistical segm ents; a fraction $f$ of these segm ents are type A and constitute the A block of each $m$ acrom olecule. For sim plicity, the volum e occupied by each segm ent, $\mathrm{V}_{0}$, and the statistical segm ent length, b , are assum ed to be the sam e for the A and B type segm ents. The H am iltonian for this system
can be written

$$
\begin{equation*}
H=X_{i=1}^{X^{n}} \frac{k_{B} T}{4 R_{g 0}^{2}}{ }_{0}^{Z_{1}} d s{\frac{d R_{i}(s)}{d s}}^{2}+v_{0}^{A B} k_{B} T \quad d r \hat{A}_{A}(r) \hat{B}_{B}(r) \tag{9}
\end{equation*}
$$

where $R_{i}(s) w$ th $s 2[0 ; 1]$ is a space curve describing the conform ation of the ith copolym er and $R_{g 0}^{2}=b^{2} N=6$ is the radius of gyration of an ideal chain of $N$ statistical segm ents. Interactions betw een dissim ilar segm ents A and $B$ are described by the $F$ lory param eter ${ }_{A B}$. The densities $\hat{A}_{A} ;(r)$ are $m$ icroscopic segm ent density elds de ned by

$$
\begin{equation*}
\hat{A}^{(r)}=N_{i=1}^{X^{n}} \quad 0 \quad \mathrm{Z} \mathrm{f}_{\mathrm{f}} \quad\left(\mathrm{r} \quad \mathrm{R}_{\mathrm{i}}(\mathrm{~s})\right) \tag{10}
\end{equation*}
$$

and

$$
\begin{equation*}
\hat{B}_{\mathrm{B}}(\mathrm{r})=\mathrm{N}_{\mathrm{i}=1}^{\mathrm{X}^{\mathrm{n}}} \mathrm{Z}_{1} \mathrm{ds} \quad\left(\mathrm{r} \quad \mathrm{R}_{\mathrm{i}}(\mathrm{~s})\right) \tag{11}
\end{equation*}
$$

A local incom pressibility constraint $\hat{A}_{A}(r)+\hat{B}^{(r)}=0$ is imposed in this standard copolym erm elt $m$ odelforallpoints $r$ in the sim ulation dom ain. The total segm ent density o can evidently be expressed as $0=\mathrm{nN}=\mathrm{V}=1=\mathrm{v}_{0}$.

In order to im plem ent the P arrinello-R ay $R$ ahm an $m$ ethod, it is convenient to Sw itch from the C artesian coordinates R to the rescaled coordinates X , as de ned in eqin ${ }_{1}^{1}$. U sing the rescaled coordinates, the H am iltonian of eq ' 19,1 is expressed as

$$
\begin{align*}
H & =X_{i=1}^{n} \frac{1}{4 R_{g 0}^{2}} 0_{1}^{Z_{1}} d s \frac{d X_{i}(s)}{d s} G \frac{d X_{i}(s)}{d s} \\
& +V_{0}{ }^{A B}(\operatorname{det} \underline{h})^{1} d x \hat{A}_{A}(x) \hat{B}_{B}(x) \tag{12}
\end{align*}
$$

where the coordinates $X$ and $x$ are taken in $[0 ; 1]^{3}$. The partition function is


The nal factor in the above expression im poses the constraint of local incom pressibility for the scaled density elds. M oreover, the assum ption of incom pressibility im plies globally that the cell volume rem ains xed at its intial value, i.e. $\operatorname{det} \underline{h}=\mathrm{V}=\mathrm{V}_{0}=\operatorname{det} \underline{h}_{0}$. This is enforced by the delta function in the rst line above. A ll shape transform ations considered in the present work are therefore volum e preserving. The practical im plem entation of this constraint w ill be discussed below .

H ubbard-Stratonovich transform ations are used to convert the particlebased partition function 11 carried out straightforw ardly on the polym er partition function for a given cell shape $\underline{h}, \mathrm{Z}(\underline{\mathrm{h}})$, w ith the result

where $Q[w ; \underline{h}]$ is the partition function of a single copolym er chain experiencing a chem icalpotential eld w ( x ; s), D w denotes a functional integral over the eld w, and E [w] is a local quadratic functional of w that re ects the A B m onom er interactions and the local incom pressibility constraint: $[\overline{\mathbb{O}}$,

$$
\begin{equation*}
E[w]=\frac{n}{2}^{Z} d x \quad \frac{1}{2 N}\left(w_{B} \quad w_{A}\right)^{2} \quad\left(w_{A}+w_{B}\right) \tag{15}
\end{equation*}
$$

H ere we have noted that for an AB diblock copolym er m elt, the potential $\mathrm{w}(\mathrm{x} ; \mathrm{s})$ am ounts to a two-com ponent potential, i.e. $\mathrm{w}(\mathrm{x} ; \mathrm{s})=\mathrm{w}_{\mathrm{A}}(\mathrm{x})$ for s $2[0 ; f]$ and $w(x ; s)=w_{B}(x)$ fors $2[f ; 1]$.

The ob ject $\mathrm{Q}[\mathrm{w} ; \underline{\mathrm{h}}]$ is a nom alized partition function for a single copoly$m$ er experiencing a potential eld $w(x ; s)$ and is de ned as
$T$ he path integral in the denom inator ensures the norm alization $Q[0 ; \underline{\underline{h}}]=1$, but it depends only on det $\underline{h}=V$, so it rem ains constant for volum epreserving changes in cell shape $\underline{h}$. The partition function $Q$ can be obtained
from a single-chain propagator $q(x ; s)$ that is the solution of a modi ed diffusion equation

$$
\begin{equation*}
\frac{@ q}{@ s}=R_{g 0}^{2}\left({G^{G}}^{1}\right) \frac{@^{2} q}{@ x @ x} \quad w(x ; s) q(x ; s) \tag{17}
\end{equation*}
$$

sub ject $t_{R} q(x ; 0)=1$. The single chain partition function is given by $\mathrm{Q}[\mathrm{w} ; \underline{\mathrm{h}}]=\mathrm{dxq}(\mathrm{x} ; 1)$.

By virtue of the above equations, the partition function for an incom pressible diblock copolym er m elt con ned to a cell of variable shape can be expressed as a eld theory in the variablesh and w:

$$
Z={ }^{Z} d(\underline{h})^{Z} D w \quad\left(\operatorname{deth} \quad V_{0}\right) \exp (F[w ; \underline{h}])
$$

where $F[w ; \underline{h}]$ is an e ective $H$ am iltonian given by

$$
\begin{equation*}
\mathrm{F}[\mathrm{w} ; \underline{\mathrm{h}}]=\mathrm{V}_{0} \quad: \quad \underset{\mathrm{L}}{ }+\mathrm{E}[\mathrm{w}] \mathrm{n} \ln \mathrm{Q}[\mathrm{w} ; \mathrm{h}] \tag{19}
\end{equation*}
$$

The factor $(\operatorname{det} \underline{h})^{\mathrm{nN}}=\mathrm{V}_{0}^{\mathrm{nN}}$, which was present in eq dynam ic signi cance for a constant volum e system, so it has been absorbed into the integration $m$ easure in eq 'ī. $\overline{-1}$. T his equation provides a rather generalstarting point for carrying out variable cell shape sim ulations of polym er
eld theories. H ere we shall invoke the $m$ ean- eld approxim ation (SC FT ) and, for a given shape $h$ of the sim ulation box, approxim ate the functional integral over w in eq ind by the saddle point $m$ ethod. For this purpose, the functionale [ $\mathrm{w} ; \underline{\mathrm{h}}$ ] can be evaluated for any w and $\underline{h}$ by solving the m odi ed di usion equation using a parallel im plem entation of a pseudospectral oper-
 is obtained by applying a relaxation algorithm

$$
\begin{equation*}
{\frac{\mathrm{F}[\mathrm{w} ; \mathrm{h}]}{\mathrm{w}(\mathrm{x} ; \mathrm{S})_{\mathrm{w}=\mathrm{w}}}}^{\text {and }}=0 \tag{20}
\end{equation*}
$$

In the $m$ ean- eld approxim ation, $F$ [w $; \underline{h}]$ corresponds to the free energy of the copolym er melt (in units of $k_{B} T$ ).

### 3.2 Equation of $M$ otion for the $C$ ell

In the P arrinello $R$ ahm an $m$ ethod, the cell is ascribed a ctitious kinetic energy, and the corresponding $H$ am itton equations are solved along w th the
equations of $m$ otion for the particles. A s the equations of $m$ otion for the
elds in SCFT are overdam ped relaxation equations, a reasonable choice is to use a sim ilar relaxational dynam ics to evolve the cell coordinates. We have im plem ented the follow ing dynam ics for the evolution of $\underline{h}$ :

$$
\begin{equation*}
\frac{\mathrm{dh}}{\mathrm{dt}}=0 \underline{\mathrm{hD} \mathrm{~h}}{ }^{1} \frac{@ \mathrm{~F}[\mathrm{w} ; \underline{\mathrm{h}}]}{@ \underline{\mathrm{~h}}} \tag{21}
\end{equation*}
$$

where the tensor $\underline{D}$ is a projection operator whose action on an arbitrary tensor $M$ is a traceless tensor, i.e. D $M \quad M \quad(1=3) \operatorname{Tr}(M) 1$. Equation '2̄11, corresponds to a cell shape relaxation that (for $0>0$ ) is dow $n$ the gradient $@ F=@ \underline{h}$, approaching a localm inim um of the $m$ ean- eld free energy $\mathrm{F}[\mathrm{w} ; \underline{\mathrm{h}}]$. The $\backslash \mathrm{mobility}$ " tensor $\underline{\mathrm{hD} \mathrm{h}}{ }^{1}$ is chosen so that the cell shape dynam ics described by eq 'ī1"' conserves the cell volum e. This can be seen from the identity

$$
\begin{equation*}
\frac{d}{d t} \ln \operatorname{det} \underline{h}=\operatorname{Tr}\left(\underline{h}^{1} \frac{d}{d t} \underline{h}\right) \tag{22}
\end{equation*}
$$

which im plies that det $\underline{h}$ is a constant of the $m$ otion if $\underline{{ }^{1}}(\mathrm{~d}=\mathrm{dt}) \underline{\mathrm{h}}$ is traceless.
A pplication of eq '2ī1 requires an expression for the them odynam ic foroe $@ \mathrm{~F}=@ \underline{h}$. Explicit di erentiation, noting the constraint of constant deth, leads to

$$
\begin{equation*}
\frac{@ F[\underline{w} ; \underline{\mathrm{h}}]}{@ \underline{h}}=V_{0} \frac{\varrho}{@ \underline{h}} \operatorname{Tr}(L)+\underline{h} \tag{23}
\end{equation*}
$$

where _ is a symm etric tensor de ned by

$$
\begin{align*}
& {[\mathrm{w} ; \underline{\mathrm{h}}] }=\frac{2 \mathrm{k}_{\mathrm{B}} \operatorname{Tn}}{\mathrm{~V}} \frac{\mathrm{@ln} \mathrm{ln}[\mathrm{w} ; \underline{\mathrm{h}}]}{@ \mathrm{G}} \\
&=\frac{\mathrm{k}_{\mathrm{B}} \mathrm{Tn}}{2 \mathrm{VR}_{\mathrm{g0}}^{2}} \mathrm{Z}_{0}^{1} \mathrm{ds} \frac{\mathrm{dX}}{\mathrm{ds}} \frac{\mathrm{~s})}{\mathrm{dX} \quad(\mathrm{~s})}  \tag{24}\\
& \mathrm{ds}
\end{align*}
$$

The angular brackets in the second expression denote an average over all conform ations X (s) of a single copolym er chain that is sub ject to a prescribed chem icalpotential eld w and xed cell shape $h$.

The rst term on the right hand side of eq ${ }_{2}^{-1} \overline{3}$ can be conveniently rew ritten as

$$
\begin{equation*}
\frac{@}{@ h}(\operatorname{Tr}(\quad))=\frac{@}{@ h}\left(\operatorname{Tr} \frac{1}{2} \underline{h}^{\mathrm{T}} 0^{1} \underline{h}^{\mathrm{T}} \underline{\mathrm{~h}} \underline{\mathrm{~h}}_{0}^{1}-\right)=\left(\underline{\mathrm{h}} \underline{\underline{b}}_{0}^{1}-\underline{h}^{\mathrm{T}} 0^{1}\right): \tag{25}
\end{equation*}
$$

H ence, eq ' $12 \overline{1} 11$ can be com pactly expressed as

$$
\begin{equation*}
\frac{d h}{d t}=\quad \underline{h D}\left(\underline{h}_{0}{ }^{1}-\underline{h}_{0}^{T^{1}}\right)+- \tag{26}
\end{equation*}
$$

where $>0$ is a new relaxation param eter de ned by $=\mathrm{b} 0$.
Equation ${ }_{1} \overline{2} \overline{-} \overline{-1}$ is a purely relaxational equation that will evolve the cell shape to a con guration ofm inim um free energy (in the $m$ ean- eld approxim ation). This con guration can either be $m$ etastable ( $l o c a l m$ in im um ) or stable (globalm inim um ). A ddition of a noise source to the equation provides a $m$ eans for overcom ing free energy barriers betw een $m$ etastable and stable states, i.e. a sim ple sim ulated annealing procedure. Beyond $m$ ean- eld theory, in order to fully assess the e ects of therm al uctuations in both $w$ and $\underline{h}$, a m ore sophisticated procedure is required that takes into account the non-positive de nite nature of the polym er eld theory' 'i8].

A n equilibrium solution of the cellshape equation $\overline{2} \overline{\mathrm{a}}$ is evidently obtained when

$$
\begin{equation*}
\left(\underline{h}_{0}^{1}-\underline{h}_{0}^{\mathrm{T}}{ }_{0}^{1}\right)+\ldots=0 \tag{27}
\end{equation*}
$$

 corresponds to a balance betw een the extemally applied C auchy stress, _, and the intemal elastic stress, _ ${ }^{\text {int }}$, sustained by the polym er chains

$$
\begin{equation*}
Z_{-}^{+}{ }_{-}^{\text {int }}=0 \tag{28}
\end{equation*}
$$

where

$$
\begin{equation*}
\text { int }_{[\mathrm{w}} ; \underline{\mathrm{h}]} \quad\left(\underline{\mathrm{h}} \underline{h}^{\mathrm{T}}\right) \quad=\frac{\mathrm{k}_{\mathrm{B}} T}{2 V R_{g 0}^{2}} \mathrm{X}_{\mathrm{i}=1}^{\mathrm{n}} \mathrm{Z}_{1} \mathrm{ds} \frac{d R_{i}}{d s} \frac{d R_{i}}{d s}: \tag{29}
\end{equation*}
$$

This expression for the intemal polym er stress is well-know $n$ in the polym er literature tī2̄].

Equation $12 \overline{-1} \overline{-1}$ drives a change in the shape of the sim ulation cell (at constant cell volum e) to approach the equilibrium condition ' $2 \overline{2} \overline{1}]_{1}$ at w hich the in temal elastic stress of the copolym ers balances the im posed extemal stress. In practice, our num erical strategy consists in im plem enting a cell shape evolution at regular intervals, typically every 50 to 100 eld m inim ization steps. The $m$ agnitude of the coe cient in eq ī̄ strain associated w ith such evolutions rem ainsm oderate. A s the driving force
$\left(h_{0}{ }^{1}-\underline{h}^{T}{ }_{0}^{1}\right)+$ is norm ally oforder unity (in the appropriate reduced units used in SCFT calculations, i.e. taking $\mathrm{k}_{\mathrm{B}} \mathrm{T}$ as the unit of energy and $\mathrm{R}_{\mathrm{go}}$ as the unit of length), $1=$ is a num ber of the order of the intervalbetw een cell shape evolutions.

A nal technical point is that the change in cell shape should ideally be perform ed at a xed spatial resolution for the solution of the di usion equation. H ence, a change in the cell shape generally involves rem eshing the rescaled simulation cell with a grid that will be ner in the expanded directions and coarser in the com pressed directions, in order to keep the $m$ esh size locally invariant.

### 3.3 Expression for the Stress Tensor

$T$ he last step in the im plem entation is to nd an expression for the intemal stress tensor _ int (eq'
 In order to obtain such an expression, we retum to the de nition of ${ }^{-}$

$$
\begin{equation*}
\mathrm{V}=2 \mathrm{n} \frac{1}{\mathrm{Q}} \frac{\varrho \mathrm{Q}[\mathrm{w} ; \mathrm{G}]}{@ \mathrm{G}} \tag{30}
\end{equation*}
$$

The derivative of the single chain partition function can be calculated by discretizing the paths with a sm all contour step .

$$
\begin{align*}
& \frac{2}{Q} \frac{@ Q[W ; G]}{@ G}=\quad \frac{1}{2 R_{g 0}^{2} Q}{ }_{0}^{R_{1}} d s^{R} d X{ }^{R} d X{ }^{0} \\
& { }^{R} D X(s)(X \quad X(s))\left(X^{0} \quad X(s+)\right) \underline{x \quad x^{0} \quad X \quad x^{0}} \\
& \exp \quad \frac{1}{4 R_{g_{0}}^{2}}{ }_{0}^{R_{1}} \mathrm{ds} \frac{\mathrm{dX}(\mathrm{~s})}{\mathrm{ds}} \mathrm{G} \quad \frac{\mathrm{dX}(\mathrm{~s})}{\mathrm{ds}} \quad \mathrm{R}_{1} \mathrm{dsw}(\mathrm{X}(\mathrm{~s}) ; \mathrm{s}) \tag{31}
\end{align*}
$$

Except between the points X ; s and $\mathrm{X}^{0}$; s + one can replace the path integrals $w$ ith propagators $q$, so that

$$
\begin{align*}
& \underline{X X^{0}} \quad \frac{X^{0}}{} \exp \frac{1}{4 R_{g 0}^{2} G}\left(X \quad X^{0}\right)\left(X \quad X^{0}\right) \tag{32}
\end{align*}
$$

O ne can then set $X^{0}=X+u$, and expand forsmall $u$ and according to

$$
\begin{equation*}
q(X+u ; 1 \quad s \quad)=q\left(X ; 1 \quad \text { s } \quad \frac{@ q}{@ s}+u \frac{@ q}{@ X}+\frac{1}{2} u u \frac{@^{2} q}{@ X ~ @ X}\right. \tag{33}
\end{equation*}
$$

The derivative wr.t. $s$ can be elim inated by applying the $m$ odi ed di usion eq ini. O ne also requires second and fourth m om ents of the G aussian distribution of displacem ents $u$,

$$
\begin{gathered}
\overline{\mathrm{uu}}=\mathrm{G}^{1}\left(2 \mathrm{R}_{\mathrm{g} 0}^{2}\right) \\
\overline{\mathrm{uuuu}}=\left(2 \mathrm{R}_{\mathrm{g} 0}^{2}\right)^{2}\left(\mathrm{G}^{1} \mathrm{G}^{1}+\mathrm{G}^{1} \mathrm{G}^{1}+\mathrm{G}^{1} G^{1}\right)
\end{gathered}
$$

By m eans of these results, we have

$$
\begin{align*}
& \frac{2}{Q} \frac{@ Q[w ; G]}{@ G}=\quad G^{1} \frac{{ }^{R} d x(X)}{}+G^{1}{ }^{R} d X w(X)(X) \\
& \frac{R_{q 0}^{2}}{Q} G{ }^{1} G{ }^{1}{ }^{R} d X \quad{ }_{0}^{R_{1}} d s q(X ; s) \frac{Q^{2} q}{e_{X} x} \\
& +\frac{R_{g 0}^{2}}{Q}\left(G^{1} G^{1}+G^{1} G^{1}+G^{1} G^{1}\right)^{R} d X{ }_{0}^{R_{1}} d s q(X ; s) \frac{Q^{2} q}{Q^{2} Q x} \tag{34}
\end{align*}
$$

where $(X)=Q^{1}{ }_{0}^{R_{1}} d s q(X ; s) q(X ; 1 \quad s)$ is the single-chain totalm onom er density operator. There is a partial cancellation in the last tw o term s so that

$$
\begin{align*}
\frac{2}{Q} \frac{@ Q[w ; G]}{@ G} & =G^{1} \frac{{ }^{R} d X(X)}{d X}+i{ }^{1} d X w(X) \quad(X) \\
& +\frac{2 R_{g 0}^{2}}{Q} G^{1} G^{1} d X_{0}^{R} d s q(X ; S) \frac{Q^{2} q}{@ X Q X} \tag{35}
\end{align*}
$$

The intemal polym er stress is obtained after $m$ atrix $m$ ultiplication by $\underline{h}$ on the left and $\underline{h}^{T}$ on the right. This im plies that the rst tw o term sbecom e a sim ple isotropic stress contribution, and are therefore not relevant to an incom pressible system . The nal form ula for the intemal stress tensor is therefore, apart from this diagonal contribution,

$$
\begin{equation*}
\text { int }=\frac{n k_{B} T}{V} \frac{2 R_{g 0}^{2} h^{1}}{Q} \quad d X{ }_{0}^{Z} d s q(X ; s) \frac{@^{2} q(X ; 1}{@ X(X)} h^{1} \tag{36}
\end{equation*}
$$

The tensor appearing in equation $\overline{2} \overline{\$}$ is given by an expression sim ilar to ＇ $13 \overline{6} \overline{-1}, \mathrm{w}$ th $\underline{G}$ replacing $\underline{\mathrm{h}}$ ．The factor $\mathrm{k}_{\mathrm{B}} \mathrm{T} \mathrm{n}=\mathrm{V}$ accounts for the total num ber of chains，and produces a stress w th the correct dim ensions．In practioe， the stress $w$ ill be $m$ ade dim ensionless by dividing by this factor，so that the dim ensionless stress is given by

$$
\begin{equation*}
\frac{\text { int }}{(n=V) k_{B} T}=\frac{2 R_{g 0}^{2}}{Q} h^{1} d^{Z} \int_{0}^{Z_{1}} d s q(X ; s) \frac{@^{2} q(X ; 1 \quad s)}{@ X @ X} h^{1} \tag{37}
\end{equation*}
$$

A n equivalent expression that better reveals the sym $m$ etry of the stress tensor is obtained by an integration by parts：

$$
\begin{equation*}
\frac{\text { int }}{(\mathrm{n}=\mathrm{V}) \mathrm{k}_{\mathrm{B}} \mathrm{~T}}=\frac{2 \mathrm{R}_{\mathrm{g} 0}^{2} h^{1}}{Q}{ }^{Z} \mathrm{dX}_{0}^{Z_{1}} \mathrm{ds} \frac{@ q(X ; \mathrm{s})}{@ \mathrm{X}} \frac{\varrho(X ; 1 \quad \mathrm{~S})}{@ X} h^{1} \tag{38}
\end{equation*}
$$

A local（rather than volum e averaged）version of this connection between the stress tensor and the polym er propagator was derived previously in thē］． N um erically，is evaluated from eq
 m ultiplying the propagator by the appropriate com ponents of the w avevector in Fourier space，and transform ing back into real space．

## 4 Examples

## 4．1 Stress－Strain R elation for Lam ellae

As a rst exam ple and check of the $m$ ethod，we consider the stress－strain relations for a perfectly aligned lam ellar system，w ith lam ellae perpendicular to the $z$ direction．Such a system can support a stress only in the $z$ direction and is therefore described by a single elastic relation，$z z$ versus $z z$（O ther \apparent＂elastic constants com puted in［1］［1］can be shown to vanish，as is obvious from eq ī̄⿱一𧰨⿵人 in in a system that is translationally invariant along the $x$ and y directions）．For such a system，we have com puted the stress－strain relation using either an im posed strain $m$ ethod or an im posed stress，as de－ scribed above．The im posed strain am ounts to progressively deform ing the sim ulation cellalong the $z$ direction，keeping the topology（i．e．the num ber of lam ellae）xed．The stress is then evaluated using ed $3^{-} 3^{-} 5$ ．The reference con－ guration was created by running the variable shape sim ulation code under
zero stress conditions (zero tension), in order to obtain a perfectly relaxed initial con guration. The results, shown in $F$ igure' 1 , indicate that the two $m$ ethods produce identical results in this sim ple situation. Finally, we should $m$ ention that lam ella under dilational stress should give rise to a \chevron" instability at rather sm all strains, as described in [2] developm ent of this instability, the equations were solved w thout any added noise, which allow s one to preserve the $m$ etastable lam ellar topology even at large strains.

### 4.2 Form ation of C y lindrical P hase

A s a second exam ple, we show how a square cell, quenched into the region of the phase diagram where the equilibrium phase is a hexagonally-padked array of cylinders, naturally evolves under zero tension to a rhom bic shape characteristic of a prim itive œlllofthe B ravais lattice. Starting from a random intial eld con guration and im posing a quench to $N=15: 9$ (for a diblock copolym er $w$ th $f=0: 64$ ), successive stages of this transform ation are show $n$ in $F$ igure '2.'. A cylindrical nucleus appears after a few iterations, and the cell progressively deform s from a square to a rhom bus consistent w th the triangular organisation of the lattice. Relaxation to this equilibrium shape proceeds in typically 1000 iterations, w ith a change in cellshape im plem ented every 10 iterations.

### 4.3 Shift of the Lam ellae-C ylinder Transition U nder Stress

A s a nalapplication exam ple, we attem pt to address the follow ing question: how does a com pressive stress a ect the lam ellar to hexagonal transition in a two dim ensional system ? W e rst determ ine the location of this transition for a simple AB diblock copolym er melt w th the fraction f of A m onom ers equal to $f=0: 64$ by running a \zero stress" sim ulation for various values of N . As the lam ellar spacing or triangular lattioe spacing change $w$ ith N , the zero stress sim ulation represents a convenient way of autom atically adjusting the cell dim ensions to the $m$ inim um free energy, thus obtaining fully relaxed, stress free con gurations at each value of N . The resulting transition takes place at $N$ ' 18, as show $n$ in $F$ igure' $\overline{-1}, 1$ w hich w as obtained by ram ping $N$ at zero tension.

A s the lam ellar spacing at the transition is sm aller than the spacing between cylinders of the triangular lattice, it can be expected that the application of a com pressive stress will favor the lam ellar phase over the hexagonal one. In order to verify this hypothesis, we have carried out sim ulations in which the hexagonal phase at $\mathrm{N}=16$ is sub jected to an extemal uniaxial com pressive stress of 1 in reduced units. U nder this im posed com pression, the initially alm ost rectangular cell shape transform s into a parallelogram, untilsuddenly the structuraltransform ation takes place (see Figure', $\overline{1}$ ) . C om paring the free energies under tension, it is found that the lam ellar phase has indeed a low er free energy when the transition takes place. H ow ever, since the resulting lam ella are not aligned w th the principal directions of the stress, they cannot sustain the resulting shear so that the cell eventually elongates w ithout bound.

## 5 C onclusion and perspectives

Variable shape sim ulations have played, and are still playing, an im portant role in $m$ olecular sim ulations of solids for the identi cation of allotropic phase transform ations under pressure and of the associated transform ation pathways. H ere we have show $n$ that the $m$ ethods used in solids can be generalized to sim ulations of polym er eld theories. In this context, $m$ any types of poly$m$ eric uids can be treated as incom pressible uid mixtures. A s a rst step, we have therefore focused our attention on the incom pressible case and developed a m ethodology by which a sim ulation cell can be adjusted in shape to attain the low est free energy in the m ean- eld (SC F T) approxim ation. In the case of zero applied stress, the $m$ ethod provides a very convenient way of obtaining $m$ echanicalequilibrium in large system $s$, which $m$ ay include defects or com plex structures. $W$ e have also shown that the application of a non-hydrostatic tension can m odify the them odynam ic equilibrium am ong phases, and that a variable shape sim ulation cellallow s the system to explore non-trivial pathw ays for structural transform ations.

T he relaxationalsam pling of œell shapes that we have used in this paper is rudim entary, and there is certainly room for im provem ent if one is interested in studying, e.g., nucleation barriers between phases. A nother interesting perspective is that, although we have been treating the intemal stress tensor as a global property of the system, it is clear from eq that a local value of the stress tensor can be easily identi ed prior to volum e


Figure 1: Stress-strain relation forperfectly aligned lam ellae, w here the stress is expressed in units of $(n=V) k_{B} T$ according to eq'i37. The full line is obtained from im posed strain sim ulations, while the dots are obtained using constant tension sim ulations. T he dashed line corresponds to the linear elastic behavior around the zero stress con guration. T he associated elastic constant is $B=4(=N) k_{B} T$
integration. This form ula should be useful in assessing the local stress distribution in inhom ogeneous system s under strain, inchuding polym er-based com posites.

A cknow ledgm ents Usefiul discussions w th D rs. S. Bauerle and K . $K$ atsov are gratefully acknow ledged. J-L. B arrat thanks the M aterials Research Laboratory for supporting his stay at UCSB, and section 15 of CNRS for the grant of a tem porary research position during this visit. This work was supported by the M R SEC P rogram of the N ational Science Foundation under A ward N O. D M R 00-80034.

## R eferences



F igure 2: T ransform ation ofa square cellu under zero extemalstress, when the m elt is quenched into the stability region of the cylindricalphase ( $\mathrm{N}=15: 9$, $\mathrm{f}=0: 64$ ).


Figure 3: Free energies (per chain) of the lam ellar (solid) and cylindrical (dashed) phases under zero tension, as a function of $N$, for a diblock w ith $\mathrm{f}=0: 64$.


Figure 4: Six stages of the cylindrical-lam ellar transform ation upon com pression of a cylindrical phase at $N=16$ along the horizontal axis ( $x x \quad y=1$ ).
[1] D. Frenkel and B. Sm it, Understanding M olecular Sim ulation (A cadem ic, N ew York, 1996)
[2] M . P arrinello and A. R ahm an, J.Appl. P hys. 52, 7182 (1981)
[3] J.R.R ay and A. R ahm an, J. C hem. P hys. 80, 4423 (1984)
[4] T H K . B arron, M L. K lein, P roc. Phys. Soc. 65, 523 (1965)
[5] I. Souza, J L.M artins, P hys. Rev B 55, 8733 (1997)
[6] R . M artonk, A . Laio, M . P arrinello, Phys. R ev. Lett. 90 , 075503 (2003)
[7] J. I. M cK echnie, R . N . H aw ard, D . B rown, J. H. R . C larke, M acrom olecules, 26, 198 (1993)
[8] G H. Fredrickson, V. G anesan, and F. D rolet, M acrom olecules, 35, 16 (2002)
[9] F. Schm id, J. P hys.: C ondens. M atter 10, 8105 (1998)
[10] M W . . M atsen, M . Schick, Phys. R ev. Lett, 72, 2660 (1994)
[11] S IN . Sides, G H . Fredridkson, P olym er, 44, 5859 (2003)
[12] F.D rolet, G H . Fredridkson, P hys. R ev. Lett, 83, 4317 (1999)
[13] N M . M aurits, J.G E M . Fraaije, J. C hem . Phys., 107, 5879 (1997)
[14] M .N . M atsen, J. C hem . Phys, 106, 7781 (1997)
[15] C A. Tyler, D .C .M orse, M acrom olecules 36, 8184 (2003).
[16] C A. Tyler, D .C .M orse, M acrom olecules 36, 3764 (2003).
[17] R . B. Thom pson, K . . R asm ussen, T. Lookm an J. Chem . Phys. 101, 3990 (2004)
[18] L. Landau, E M . Lifschitz, Theory of Elasticity (P ergam on P ress, N ew York, 1986)
[19] D . W allace, T herm odynam ics of crystals (W iley, N ew -Y ork 1973)
[20] K .O . R asm ussen and G .K alosakas, J. P olym . Sci, P art B : P olym . P hys. 40,1777 (2002).
[21] G H . Fredrickson and S Wi . Sides, M acrom olecules 36,5415 (2003).
[22] M . D oi, S F . E dw ards, T he Theory of P olym er D ynam ics (O xford U niversity P ress, O xford, 1988)
[23] G H.Fredrickson, J. C hem .P hys, 117, 6810 (2002)
[24] Z .G.W ang, J. C hem . Phys. 100, 2298 (1993)

